SYNTHESIS, CHARACTERIZATION, AND APPLICATION OF ZNO/ZSM-5 AS CATALYST IN THE CRACKING PROCESS OF PALM METHYL ESTERS

Nina Haryani1,2, Taslim1,*, Irvan1, Renita Manurung1, Rondang Tambun1
1Universitas Sumatera Utara, Faculty of Engineering, Chemical Engineering Doctoral Program, Medan, Indonesia
2Universitas Sriwijaya, Faculty of Engineering, Department of Chemical Engineering, Palembang, Indonesia

Biofuels as environmentally friendly alternative fuels such as biogasoline, biokerosene and others are generally obtained through a cracking process and take place more effectively to attend a catalyst. In this study, the synthesis of ZnO/ZSM-5 aims to obtain a catalyst that can be used in the cracking process of Palm Methyl Esters (PME) into hydrocarbon fuels especially biogasoline. This catalyst is environmentally friendly, easy to separate, has good selectivity, and can increase the conversion of cracking products. The wet impregnation method followed by drying and calcination is the method used to synthesize the catalyst. Furthermore, several analyzes were carried out to determine the characteristics of the catalyst. The analysis is the Scanning Electron Microscopy-Energy Dispersive X-Ray (SEM-EDX), X-Ray Diffraction (XRD), N2 adsorption-desorption with BET-BJH, Temperature Programmed Desorption-NH3 (TPD-NH3) and the Temperature Programmed Reduction (TPR). Based on synthesis results obtained ZnO/ZSM-5 catalyst with ZnO content of 11.77 wt%, 13.61 wt% and 18.22 wt%. The use of this catalyst in the cracking process can result in the conversion of liquid fuel by 88.57%, heavy hydrocarbon (8.57%) and gas product (2.86%).

Key words: ZnO/ZSM-5 catalyst, impregnation, cracking, biogasoline

INTRODUCTION

Biofuel production has begun to be widely studied and is very appropriate as a solution to find an alternative to gasoline fuel (the result of petroleum fractionation). In general, the cracking process with a catalyst or without a catalyst is used to make biogasoline and the process takes place at high temperatures and pressures [1,2]. Based on several studies on biogasoline reported in the reviews of Zandonai [2] and Xu [3], it turned out that the cracking process with a catalyst showed more effective results than without a catalyst. A catalyst can accelerate the reaction time, reduce the reaction temperature, and make a selective process for the desired reaction.

One catalyst that has a good performance for the cracking of triglycerides into biogasoline is the zeolite catalyst [3,4]. This catalyst is a heterogeneous catalyst which has many advantages because it is easy to separate, environmentally friendly [5,6,7], and does not require additives such as methanol and ethanol [1]. Another advantage is that it can control activity and selectivity. However, it is unfortunate that the resulting product yield is still low so that the zeolite performance is improved by developing metals. These metals include nickel, cuprum, zinc, platinum, paladium and aurum [1,4,6-21]. Not only that, several metal oxides (such as ZnO, NiO, CuO, PbO, MgO, and others) are also applied to zeolite catalysts to determine their performance in various processes that produce biofuels [5-7, 22-24].

Although metal oxide catalysts such as ZnO show good performance, their powder form tends to be released in the reaction mixture. This poses a problem in terms of reviewing the environmental process and regulations. Therefore, Singh and colleagues synthesized new catalysts from ZSM-5 modified with zinc oxide (ZnO) and plumbum oxide (PbO). The hydrothermal precipitation impregnation (HIP) method was used to product ZnO/ZSM-5 (mass ratio 1: 3) followed by drying and calcined from 100°C - 500°C for 3 h. The same method is used to make PbO/ZSM-5 with Pb (NO3)2 as the precursor. The catalyst performance was evaluated in the process of making biodiesel from jatropha oil and showed that the yield of biodiesel reached 93.8% [5-7].

In another study, the lamellar and pillared forms of ZSM-5 were modified with ZnO and MgO using the impregnation method have been investigated and used for fast pyrolysis process. The pyrolysis raw material is eucalyptus woodchips [23]. Incorporation of 10% wt ZnO (or MgO) into lamellar and pillared ZSM-5 using ethanol solvent, then dried in an oven and then calcined at a temperature of 450 oC for 6 hours. The presence of metal oxides deposited on the zeolite increases the Lewis acid site. The results showed that the catalyst was able to reduce the formation of polyaromatic hydrocarbons and coke and increase the amount of gas yield.

Furthermore, Abdullah has reported his research on the conversion of alcohol to hydrocarbons using the synthetic zeolite catalyst modified with ZnO/NiO [24]. The study results show that this catalyst has high activity and stability against ethanol conversion and hydrocarbon yield and prevents coke formation. The hydrocarbon yield was...
54.7%. The main products are methane, ethylene, propylene, ethyl methyl ether, and toluene.

Based on the description above, the performance of the ZSM-5 catalyst modified with metal oxide in the cracking process of vegetable oil into biogasoline is very interesting to study. Studies on this matter are still underreported. In this study, we synthesized ZnO/ZSM-5 catalyst with ZnCl₂ as a zinc precursor and applied it in the cracking process of palm methyl esters (PME) into biogasoline in a fixed bed reactor.

MATERIALS AND METHODS

Material

This study, ZSM-5, or zeolite Secony Mobile-5 catalyst (Si / Al ratio = 80) was obtained from Gongyi City Meiqi Industry & Trade Co., Ltd (China). Zinc chloride (ZnCl₂) was purchased from the ROFA laboratory Center, Bandung under the Pudak Scientific brand, and 0.5 M NaOH solution was purchased from Rudang Jaya, Medan.

The cracking raw material is palm methyl esters (PME) facilitated by PT. Wilmar Bioenergy Indonesia, Riau-Indonesia. From the certificate of analysis of PT Wilmar Bioenergy Indonesia, it is known that PME has the following characteristics: the kinematic viscosity at 40°C is 4.457 mm²/s, the density at 40°C is 856 kg/liter, the acid number is 0.16 grams, and the ester content is 99.1 wt %.

The chemical composition of PME consists of oleic ester (52.35%), palmitate ester (33.6%), stearate ester (10.5%), and methyl laurate (3.5%).

Catalyst Preparation

In this research, 3 catalysts were synthesized, ZnO/ZSM-5 (I), ZnO/ZSM-5 (II), and ZnO/ZSM-5 (III). To simplify the name of the catalyst, the ZnO/ZSM-5 (I), ZnO/ZSM-5 (II), ZnO/ZSM-5 (III) are abbreviated as ZZ (I), ZZ (II), and ZZ (III). Each catalyst was synthesized with a different weight percent ZnCl₂ (16 wt% - 25 wt%). This catalyst is synthesized using zinc nitrate as a precursor for zinc [5-7, 22-24]. It is different in this study, ZnCl₂ was chosen as a precursor because it is cheaper and widely available. At first, 27.5 grams of zinc chloride (ZnCl₂) were dissolved with 500 ml of distilled water in a beaker glass. The solution is heated to a temperature of 90°C using a hot plate and stirred with a magnetic stirrer (speed 500 rpm). Furthermore, ZSM-5 catalyst (Si / Al = 80) was added to the solution, heated, and stirred at constant temperature and speed while slowly adding 1 liter of 0.5 M NaOH solution to prevent agglomeration. After 2 h of the reaction process, the solution was precipitated and separated with filter paper. The precipitate was molded into cylindrical pellets (1 cm long and 0.5 cm in diameter), then dried at 100 °C for 3 h in an oven followed by calcination at 450 °C for 4 hours.

Catalytic Cracking Process

The catalytic cracking of PME into biogasoline is carried out in a fixed bed reactor (reactor volume is 6 liters). PME as much as 3.5 liters is cracked at a temperature of 450°C with time variations (40 min - 90 min). The ZnO/ZSM-5 catalyst used was 5 wt% of PME where the mass ratio of ZnO to ZSM-5 was 1:5, 1:6 and 1:7. After being cracked according to the specified time, the final product obtained consists of liquid top product, liquid bottom product, and gas product. The liquid top product is liquid resulting from the condensation of the gas products (output from the top of the reactor). This liquid is called biogasoline if its characteristics are like gasoline (the result of petroleum fractionation).

RESULTS AND DISCUSSION

XRD Analysis

The XRD patterns for the three ZnO/ZSM-5 catalysts are shown in figure 1. Information from the XRD analysis results include the peak position and intensity. The position indicates the cubic structure of the phase present in the ZnO/ZSM-5 catalyst.

Figure 1 shows the results with a range of 2θ=13°–67°. The three catalysts show almost the same pattern where the main peak is obtained at 2θ=23°. This is like the XRD pattern reported by Zhao for the peak of Zn/ZSM-5 catalysts [11]. The other studies also showed a peak at 2θ=23° for the peak of ZnO/ZSM-5 catalysts [6, 23, 24]. The main peak of each catalyst is ZZ (I) was obtained at 2θ=23.04°, ZZ (II) was obtained at 2θ=23.27°, and ZZ (III) was obtained at 2θ=23.9°. The ZZ (II) catalyst had the highest peak intensity. The amount of ZnO in the ZnO/ZSM-5 increases, it will increase the number of peak intensities.

SEM – EDX Analysis

Figure 2.1 – 2.3 are images of SEM analysis showing the surface morphology of ZZ (I), ZZ (II), and ZZ (III) catalyst. The surface of the three catalyst is covered with white crystals. The white crystals covered more of the ZZ (II) catalyst surface with a larger size than other catalysts (fig 2.2). In Figure 2.1, part of the surface of the ZZ (I) catalyst is covered with white crystals of various sizes.
and there is also a black shadow showing the carbon (C) on the surface. This is confirmed by the results of the EDX analysis which shows the presence of a carbon component (25.87%). Whereas in Figure 2.3, the surface of the ZZ (III) catalyst is coated with ordinary crystals which are smaller in size.

The components contained in the catalyst are known from the EDX analysis results which can be seen in Table 1. ZZ (I) catalyst contained 11.77 wt % ZnO and 88.23 wt % ZSM-5. ZZ (II) catalyst contained 13.61 wt % ZnO and 86.39 wt % ZSM-5. Furthermore, ZZ (III) catalyst contains 18.22 wt % ZnO and 81.78 wt % ZSM-5.

N\textsubscript{2} Adsorption – desorption with BET – BJH Methods

Table 2 shows the pore size, pore volume and surface area of ZZ (I), ZZ (II), ZZ (III). The catalyst surface area decreases as the amount of ZnO in catalyst increases. This may be due to metal oxide particles (ZnO) covering part of the surface of the catalyst so that the results of calculations by the tool show that the surface area of the catalyst is getting smaller [23, 24]. This can be seen in the ZZ (III) catalyst which contains the most ZnO than other catalyst but has the smallest area (SBET = 188.490 m²/g). BET analysis results for ZnO/P-ZSM-5 and ZnO/L-ZSM-5 catalysts were the same as those reported by Fermoso [23]. Abdullah also reported this, where the increasing amount of ZnO made the surface area of the NiO/ZnO/HZSM-5 catalyst smaller [24].

Figure 3 shows the N\textsubscript{2} adsorption-desorption isothermal curves of ZZ (I), ZZ (II), and ZZ (III) catalyst. In this curve the amount of substance adsorbed per unit solid mass (volume) is plotted against the relative equilibrium pressure (P / Po). The curve increases in the catalyst as the relative pressure of the equilibrium increases. Based on the classification of adsorption isotherms recommended by IUPAC (1985), the adsorption isotherm forms of ZZ (I), ZZ (II) and ZZ (III) catalysts are classified into type I and type IV. The curve slowly rises when the relative pressure (P / Po) is low, as well as at medium pressure until it is relatively close to the value of one. Type I is generally represented by micropore solids (< 2 nm), an example of which is the molecular sieve zeolite. Therefore, the ZZ (II) catalyst which has a size of 17.051 Å or 1.7051 nm is included in type I. This is made clear by the new classification of adsorption isotherms based on the IUPAC Technical Report by Thommes et al which classifies the type I adsorption isotherm into 2, namely types I (a) and I (b) which can be seen in Figure 3.1. The adsorption isotherm of ZZ (II) catalyst tends to be of type I (b) with a larger pore size distribution in the micropore range and the possibility of a narrow slit mesopore (<~ 2.5 nm).

Table 2: Surface area and porosity of ZZ (I), ZZ (II), and ZZ (III) catalysts.
of 2 - 50 nm and (c), micropores with a diameter of < 2 nm [26]. The measurement results for ZZ (I), ZZ (II) and ZZ (III) catalysts with the BJH adsorption method shown in Figure 4 show that the pore sizes for the three cata-
lysts are around 17 Å or 1.7 nm. This size is classified as a micropore size, where the curve is shown by a red ar-
row at the peak of the highest graph which is at the size of 17 Å or 1.7 nm. Meanwhile, the pore size distribution
is minor in the micropore region (15 Å - 19 Å) and most of it is in the mesopore size (21 Å - 160 Å). This can prove
that the hystera loop that occurs in Figure 3 is due to the presence of mesoporous pores.

TPD-NH3

The catalyst first went through the pretreatment stage by heating it at 40°C for 30 minutes in He (inert) gas condi-
tions. Then proceed with the NH3 adsorption stage (5% in He) carried out at 100 °C for 30 minutes, then blended
with He (inert) gas at the same temperature for 30 min. In the last step, NH3 desorption is carried out at a tempera-
ture of 100–700°C with a temperature increasing rate of 10°C/minute, then held for 10 minutes at a temperature
of 700°C. The whole gas flow rate is 15 cm. TPD-NH3
profiles for ZZ (I), ZZ (II), and ZZ (III) catalysts are shown in figure 5.

The acid site of the ZnO/ZSM-5 catalyst is Bronsted ac-
ids and Lewis’s acids. According to the Bronsted-Lowry
concept of acids and bases, an acid is a substance that
can give off positively charged hydrogen ions or protons
(H+) Meanwhile Lewis acids are electron-pair acceptors
that can include acids that do not contain hydrogen or
removable protons [28]. On catalysts, especially solid
catalysts, it can be said to have Brensted acidity when in
the solution system the catalyst will dissociate on its sur-
fase and produce hydrated protons. The reactants that
have proton acceptor properties will be deprotonated on
the surface of the catalyst, causing the reactant struc-
ture to be unstable and lowering the activation energy
when there is a chemical reaction with other reactants.
Examples of Bronsted acids and Lewis’s acids on the zeolite molecular framework and ZnO/ZSM-5 catalyst are shown in figure 5.1 and fig 5.2.

In the PME cracking process, Brønsted acidity plays an important role in the protonation stage of the reactants and the interaction with pi (π) bonds. The proton (H+) will bind to the hydrocarbon compound whose bond is broken from the methyl ester so that according to the function of the catalyst is selectivity, short chain hydrocarbon compounds can be formed (R1, R2, R3, R4). Role of acid sites in the cracking reaction mechanism of PME can be seen in Figure 5.3.

![Figure 5.1: Bronsted acids and Lewis’s acids in the Zeolite molecular framework [29]](image1)

![Figure 5.2: Acid sites of ZnO/ZSM-5 catalyst [30, 31]](image2)

![Figure 5.3: Role of acid sites in the cracking reaction mechanism of PME [32, 33]](image3)

**TPR Analysis**

Figure 6. shows the TPR profile of the ZZ (I), ZZ (II), and ZZ (III) catalyst. The area of three catalysts will decrease as the number of ZnO increases. This can be seen from figure 6 where ZZ (III) < ZZ (II) < ZZ (I). ZZ (I) contains the least amount of ZnO (11.77 wt %) but has the largest area based on this analysis (1.44674).

**Catalytic Cracking Process**

The use of ZZ (I), ZZ (II), and ZZ (III) catalyst in the cracking process affect the conversion of the resulting liquid fuel product. PME cracking is also carried out without the use of a catalyst as a comparison. The number of product conversions can be calculated using equation 1 [25].

\[
\text{Conversion} = \frac{\text{amount of biofuel collected}}{\text{amount of oil used}} \times 100\%
\]

From these calculations 1, it is known that the highest conversion is obtained from cracking of PME using ZnO/ZSM-5 (II) catalyst, which is 88.57% (liquid top product), 8.57% (liquid bottom product) and 2.86% (gas product) as shown in Figure 7. The effect of various catalyst on the conversion of top liquid products at different residence times, constant reaction temperature (450 °C), and the ratio ZnO/ZSM-5: PME = 1: 20 is shown in figure 8.

![Figure 6: TPR Profile for ZZ (I), ZZ (II), and ZZ (III)](image6)

![Figure 7: Conversion Graph of PME Cracking Product (T = 450 °C)](image7)
CONCLUSION

The characteristics of the ZZ (I), ZZ (II), and ZZ (III) catalysts after being tested showed differences. From the SEM EDX results, each catalyst has different ZnO content, namely 11.77 wt%, 13.61 wt%, and 18.22 wt%. The surface area of catalyst (SBET) decreases with the increase in the amount of ZnO. This may be due to metal oxide particles (ZnO) covering part of the surface of the catalyst so that the results of calculations by the tool show that the surface area of the catalyst is getting smaller [23, 24]. The acidity of the catalyst greatly affects the activity and selectivity of the catalyst's performance in the cracking process of Palm Methyl ester (PME). This affects the product to be obtained in this study, namely liquid fuel products (short chain hydrocarbons C5 to C10 equivalent to gasoline).

ASSOCIATED CONTENT

Palm Methyl Esters (PME) is available free of charge from PT. Wilmar Bioenergy Indonesia, Riau-Indonesia.

ACKNOWLEDGMENT

The authors gratefully acknowledge Indonesian Research Fund Management Institutions (LPDP) for financial support through dissertation research scholarship, also acknowledge PT. Wilmar Bioenergy Indonesia for material support.

REFERENCES

1. Budianto, A., Prajito, H.P., Roesyidi, A and Budhikarsono, K. (2014). HZSM-5 catalyst for cracking palm oil to biodiesel : A comparative study with and without Pt and Pd impregnation. Scientific Study & Research, Chemistry & Chemical Engineering, Biotechnology, Food Industry, vol. 15, no. 1, 081-090. ISSN 1582-540X

2. Zandonai, C.H., Bravo, C. A.O, Fernandes-Machado, N. R. C. (2015). Biofuel production from thermocatalytic processing of vegetable oils: A review. Revista Fuentes: El Reventón Energético, vol. 13, no. 2, 83-101. DOI : http://dx.doi.org/10.18273/revfue.v13n2-2015008

3. Xu, J., Jiang, J. and Zhao, J. (2016). Thermochemical conversion of triglycerides for production of drop-in liquid fuels. Renewable and Sustainable Energy Reviews, vol. 58, 331–340. DOI : http://dx.doi.org/10.1016/j.rser.2015.12.315

4. Haryani, N., Harahap, H., Taslim and Irvan. (2020). Biogasoline production via catalytic cracking using zeolite and zeolite catalyst modified with metals : A Review. 2nd Talenta Conference Engineering, Science and Technology 17 Oktober 2019, p.012051

5. Singh, D., Prafull P., Anuradda G., and Mahajani, S. (2013). Esterification of Oleic Acid with Glycerol in the Presence of Supported Zinc Oxide as Catalyst. Industrial and Chemistry Research, Vol.52, 14776–14786. DOI: http://dx.doi.org/10.1021/ie401636v

6. Singh, Dheerendra, Rohidas Bhi, Anuradda Ganesh and Sanjay Mahajani. (2014). Synthesis of Biodiesel from Vegetable Oil Using Supported Metal Oxide Catalysts. Energy Fuel, vol. 28, no. 4, 2743–2753.DOI: https://doi.org/10.1021/ef500045x

7. Singh, Dheerendra, Anuradda Ganesh and Sanjay Mahajani. (2014). Heterogeneous catalysis for biodiesel synthesis and valorization of glycerol. Clean Technology Environmental Policy, vol. 17, no. 4. DOI: http://doi.org/10.1007/s10098-014-0858-9

8. Roesyadi, A., Prajito, D.H, Nurjannah, N, Savitri, S.D. (2013). HZSM-5 Catalyst for cracking palm oil to gasoline: A comparative study with and without Impregnation. Bulletin of Chemical Reaction Engineering & Catalysis, vol. 7, no. 3, 185 - 190. ISSN 1978-2993

9. Riazi, M.R, & Chiaramonti, D. (2018). Biofuels Production and Processing Technology. CRC Press, United States

10. Savitri, Effendi, R, Pramahan, G, Tursiloadi, S. (2015). Cracking callophylum innophylum L. oil to bio-gasoline by microporous zeolite and Al2O3 catalyst. Procedia Chemistry vol. 16, 555-562. DOI: https://doi.org/10.1016/j.proche.2015.12.092

11. Zhao, Xianhui, Wei, L, Cheng, S, Julson, J.(2015). Optimization of catalytic cracking process for upgrading camellina oil to hydro-carbon biofuel. Industrial Crops and Products, vol. 77, 516-526.DOI: https://doi.org/10.1016/j.indcrop.2015.09.019
12. Botas, J.A, Serrano, D.P, Garcia, A, De Vicente, J, Ramos, R. (2012). Catalytic conversion of rapeseed oil into raw chemicals and fuels over Ni- and Mo-modified nanocrystalline ZSM-5 zeolite. Catalysis Today, vol. 195, issue 1, 59-70. DOI: https://doi.org/10.1016/j.cattod.2012.04.061

13. Botas, J.A, Serrano, D.P, Garcia, A, Ramos, A. (2014). Catalytic conversion of rapeseed oil for the production of raw chemicals, fuelsand carbon nano-tubes over Ni-modified nano-crystalline and hierar-chical ZSM-5. Applied Catalysis B: Environmental, vol. 145, 205– 215. DOI: https://doi.org/10.1016/j.apcatb.2012.12.023

14. Zandonai, C. H, Cordeiro, P.H.Y, Pergher, S.B,C, Scaliante, M.H.N.O, & Machado, R.N.C.F. (2016). Production of petroleum like synthetic fuel by hydroc-racking of crude soybean oil over ZSM5 zeolite – Im-provement of catalyst lifetime by ion exchange. Fuel, vol. 172, 228–237. DOI: https://doi.org/10.1016/j. fuel.2015.12.059

15. Nasink, M, Susanto, B.H, Hirsaman, M.A & Wijanjar-ko, A . (2009). Biogasoline from Palm Oil by Simul-taneous Cracking and Hydrogenation Reaction over Nimo/zeolite Catalyst. World Applied Sciences Journal 5 (Special Issue for Environment), vol. 5, 74-79. ISSN 1818-4952.

16. Tillotama A S, Nurjannah, and Danawati HP. (2012). Produksi biofuel dari minyak kelapa sawit dengan katalis Au/HZSM-5 dan kompositnya. JurnalTeknik ITS vol. 1, no. 1, 142. ISSN: 2301-9271

17. Zhao, X, Wei, L, Cheng, S, Yu, Y, Julson, J. (2015). Catalytic cracking of carinata oil for hydrocarbon biofuel over Zn/Na-ZSM-5. ASABE, no. 152182612 DOI: 10.13031/aim.20152182612

18. Savitri, Effendi, R and Tursiloadi, S. (2016). Cracking vegetable oil from calophylllumino phylum L. seeds to biogasoline by Ni-Mo/Al2O3 and Ni-Mo/Zeolite as micro-porous catalysts. AIP Conference Proceed-ings, vol. 1712, issue. 1, 050008. DOI: https://doi.org/10.1063/1.4941891

19. Salim, I, Trisunaryanti, W, Triyono, Arryanto, Y. (2016). Hydrocracking of coconut oil into gasoline fraction using Ni/modified natural zeolite catalyst. International Journal ofChemTech Research, vol.9, no.04, 492-508. ISSN: 0974-4290

20. Marlinda, L, Al-Muthaqi, M Gunardi, I, Roesyadi, A, Prajito, D.H. (2017). Hydrocracking of cerbera manghas oil with Co-Ni/HZSM-5 as double promoted catalyst. Bulletin of Chemical Reaction Engineering & Catalysis, vol. 2, no.2, 167-184. DOI: http://dx.doi.org/10.9767/bcerc.12.2.496.167-184

21. Widayat, Saputro, S.A, Ginting, E.M, Annisa, A.N and Satriadi, H.(2017). Biofuel production by catalytic cracking method using Zn/HZSM-5 catalyst. ARPN Journal of Engineering and Applied Sciences, vol. 12, no. 22, 11. ISSN 1819-6608

22. Mahajani, S.M., Ganesh, A, Singh, D. K, Gupta, P.D. (2010). Heterogeneous acid catalyst for producing biodiesel from vegetable oils and process for the preparation thereof. Indian Pat. Appl.2134/ MUM/2010

23. Fermsos, J, Hernandez, H, Jana, P, Moreno, I, Prech, J, Hernandez, C.O, Pizarro, P, Coronado, J.M . Ce-jka, J, Serrano, D.P. (2016). Lamellar and pillared ZSM-5 zeolites modified with MgO and ZnO for catal-ytic fast-pyrolysis of eucalyptus woodchips.Catalysis Today, vol. 171, part 1, 171-181. DOI: http://dx.doi. org/10.1016/j.cattod.2015.12.009

24. Abdulhab, Thamer A and Zaidi, H.A. (2016). Effect of ZnO and NiO modified HZSM-5 catalyst for eth-anol conversion to hydrocarbons. International Jour-nal of Chemical Engineering and applications, vol.7, no.3, 151-155. DOI : http://dx.doi.org/10.7763/IJ- CEA.2016.V7.561

25. Yigezu, Zeirun D, Muthukumar, Karuppan. (2014). Catalytic cracking of vegetable oil with metal ox-ides for biofuel production. Energy Conversion and Management, vol. 84, 326 - 333. DOI: http://dx.doi. org/10.1016/j.enconman.2014.03.084

26. Thommes, M, Kaneko, K, Neimark, Alexander,V, Ol-vier, James,P, Rodriguez-Reinoso, F, Rouquerol, J and Sing, K.S.W. (2015). Physiosorption of gases, with special reference to the evaluation of surface area and pore size distribution (IUPAC Technical Report). Pure and Applied Chemistry. (PAC-REP-14-11-17). DOI: https://doi.org/10.1515/pac-2014-1117 . IUPAC & De Gruyter

27. Seader, J.D. Henley, Ernest J, and Keith Roper, D. (2010). Adsorption, Ion Exchange, Chromatography, and Electrophoresis. Don Fowley, Separation Pro cess Chemical. John Wiley & Sons, Inc, New York. p.579

28. Fessenden Fessenden & Fessenden. (1982). Kimia Organik Jilid Ketiga. Erlangga, Jakarta. P.27

29. Kurniawan, T. (2016). Potensi Zeolit untuk pembuatan bahan kimia dari bahan hayati, Teknik Kimia Indonesia, December Edition. IndonesianChemicalEngineers.com.

30. Handoko, D. S. P, Triyono., Narsito., dan Tutik Dwi Wahyuningsih. 2009. Pengaruh Temperatur terhadap Kinerja Katalis Ni/Zeolit pada Reaksi Hidroge- nasi Katalitik 1-Oktadekena.Reaktor Chemical engi-neer Journal, vol. 1, no. 4, 218-225. DOI: https://doi. org/10.14710/reaktor.2012.12.023
31. Jiang, F, Huang, J, Niu, L, and Xiao, G. (2018). Atomic layer deposition of ZnO thin films on ZSM-5 zeolite and its catalytic performance in chichibabin reaction. Catalysis Letter, vol. 145, 947–954. DOI: https://doi.org/10.1007/s10562-014-1472-5

32. Xu, J, Jiang, J dan Zhao, J. (2016). Thermochemical conversion of triglycerides for production of drop-in liquid fuels. Renewable and Sustainable Energy Reviews, vol. 8, 331-340. http://dx.doi.org/10.1016/j.rser.2015.12.315

33. Sadrameli, S.M and seifi, H. (2016). Improvement of renewable transportation fuel properties by deoxygenation process using thermal and catalytic cracking of triglycerides and their methyl esters. Applied Thermal Engineering, vol. 100, 1102-1110. DOI: http://dx.doi.org/doi:10.1016/j.applthermaleng.2016.02.022